Setting Time and Solubility of Thymol Incorporated Zinc Oxide-Guaiacol Root Canal Sealer: An in Vitro Study

Fatin Salim Mohammed *, Sawsan H. AL-jubori

Department of Conservative Dentistry, College of Dentistry, University of Mosul

Article information
Received: 31 October, 2020
Accepted: 3 December, 2020
Available online: 20 September, 2022

Abstract
Aims: This study aimed to establish whether changes in setting time and solubility of the locally prepared zinc oxide-guaiacol endodontic sealer when incorporated with thymol crystals as an antibacterial agent.

Materials and Methods: Zinc oxide-guaiacol endodontic sealer with thymol crystals incorporated at three different concentrations (2%, 5%, and10%) were tested. For setting time test similar specimens were prepared using ring molds with an internal diameter of (10 mm) and a height of (2 mm), nearly (120±10) seconds once mixing, the sample was located on a metal block in an incubator. A Gilmore needle with a mass of (100±0.5 g) which had (2±0.1 mm measurement) was used; the period of “no indent” was noted from the start of mixing. For the solubility test, similar specimens were prepared using ring molds with an internal diameter of (20 ± 0.1 mm) and a height of (1.5 ± 0.1 mm) and digitally weighted to register the mass of each specimen before and after immersion in distilled water. Solubility was determined after 24 hours and statistically analyzed using descriptive statistics, a One-Way ANOVA test, and post-hoc Duncan’s Multiple Range Test was used.

Results: The means of setting time of three experimental sealers were decreased as thymol crystal concentrations increased and the means of solubility for three experimental sealers were increased as the concentrations of thymol crystal increased.

Conclusions: This study concluded that the prepared sealers with three concentrations were still adapted within the requirements of ANSI/ADA specifications NO.57/2008 for root canal sealer materials.

*Correspondence
E-mail: dr.fatin.salim@gmail.com

** DOI: http://dx.doi.org/10.33899/rden.2021.128839.1063, © 2022, College of Dentistry, University of Mosul. This is an open access article under the CC BY 4.0 license (http://creativecommons.org/licenses/by/4.0/)
INTRODUCTION

The usage of endodontic sealers to achieve root canal fillings in obturation procedures is an established basis in endodontic and plays an important role in the success of the management. Therefore, these materials should display a set of features that allow effective root canal filling with the healing of periapical inflammatory and/or infectious developments and stop additional microbial contamination (1).

The new locally prepared zinc oxide-guaiacol endodontic sealer prepared to overcome the disadvantages and toxicity of eugenol that detected in researches, its powder ingredients consist of zinc oxide 62%, natural rosin 20%, locally made egg-shell hydroxyapatite 2%, bismuth subcarbonate 15%, zinc acetate 1%, while the liquid part consists of: guaiacol 85%, and olive oil 15%. This root canal sealer fulfilled the requirement of ANSI/ADA specification No.57/2008 for dental root canal sealer materials (2).

The setting time and solubility consider having importance according to ANSI/ADA specifications in controlling all actions of root canal sealer materials during and after manipulation (5).

The setting time of zinc oxide-guaiacol sealer allow sufficient working time for better obturation, radiographical assessment, and perform any adjustment if needed (6).

Perfectly, the endodontic sealer materials must have low solubility, appropriate flow rate, and film thickness that efficiently obturate the auxiliary canals and holes between the master and accessory cones (7).

Based on this important standard (ADA specification No. 57), the locally prepared zinc oxide-guaiacol root canal sealer with low solubility (ADA did not exceed 3%) related to the presence of natural resin content and bismuth subcarbonate (6).

The present study aimed to compare and evaluate the effect of (2%, 5%, and 10%) thymol crystals incorporation on the setting time and solubility of the locally prepared zinc oxide-guaiacol endodontic sealer.

MATERIALS AND METHODS

1. Thymol incorporation

The thymol crystals (BDH, England) crushed with an electrical grinder (Geepas, China) and sieved to standard the
particles size, and incorporated in the locally prepared zinc oxide-guaiacol root canal sealer in three formulas, Table (1).

**Table (1):** The Thymol Crystals Incorporated in Zinc Oxide-Guaiacol Root Canal Sealer in Three Formulas.

| Powder          | First formula | Second formula | Third formula |
|-----------------|---------------|----------------|---------------|
| Zinc oxide      | %             | Powder %       | Powder %      |
| Thymol crystals | 60%           | 57%            | 52%           |
| Natural rosin   | 20%           | 20%            | 20%           |
| Hydroxyapatite  | 2%            | 2%             | 2%            |
| Bismuth sub-carbonate | 15%     | 15%            | 15%           |
| Zinc acetate    | 1%            | 1%             | 1%            |
| Liquid          | %             | Liquid %       | Liquid %      |
| Guaiacl oil     | 85%           | 85%            | 85%           |
| Olive oil       | 15%           | 15%            | 15%           |

All test specimens preparation was prepared at 23±2°C and 50±5% relative humidity. The powder/liquid ratio is (2:1) by volume, the period required for mixing was (1 minute) according to the pilot study.

### 2. Setting time test

Regarding ANSI/ADA specification No.57, Three samples were organized as follows: using a mold of stainless steel ring form with an inner distance of (10 mm) with (2 mm) height, placed on the glass plate (slide of the microscope), Figure (1). One hour at least earlier than the start of mix, a metal block with (8×20×10 mm measurements) positioned in an incubator with 100% humidity and 37±1°C temperature. The trial material was mixed and adapted to the level surface of the mold. Nearly (120±10) seconds once mixing, the sample was located on a metal block in an incubator.

A Gilmore needle with a mass of (100±0.5 g) which had (2±0.1 mm measurement) a plane cylinder-shaped tip, was let fall vertically 5 mm over the plane surface of the material and stay 5 seconds, Figure (2). The tip is cleansed and the process is done every 5 minutes. As the setting phenomena in progress, the indentation is done after every 30 seconds till the indenter be unsuccessful to make a whole circular notch in the material. The period of “no indent” is noted from the start of mixing. The average rate is identified as the setting time (8).
3. Water solubility test

Ten samples for trial material prepared as follows: the mold with an inner distance of \((20\pm0.1)\ mm\) and a height of \((1.5\pm0.1)\ mm\) were used for sample planning, Figure (3).

The mold was located on a microscope slide and packed with slightly overfilled material after mixing. An additional glass plate was pushed with a plastic sheet on topmost of the material and wisely detached to leave a flat, identical surface. In an incubator, all samples were left to set for 24 hours at 37\(^\circ\) C and 100\% qualified moisture. The samples were assessed 3 times and the typical evaluation was noted using an investigative balance to an accurateness of \(\pm\ 0.001\ g\) \((9)\). Then, each sample was suspended and fixed by nylon filament inside a plastic bottle having \((50\pm1)\ ml\) of distilled water at \((37\pm1)\ ^{\circ}\)C for 24 hrs., Figure (4). The sample was then detached and splashed with 2-3 ml of fresh distilled water\((10)\). Permit the samples to dehydrate in the desiccator (Marienfeld W., China) having phosphorus pentoxide or other appropriate desiccants at room temperature, Figure (5) before each evaluating (nearest to 0.001).
Figure (4): The model was suspended and fixed by nylon fiber.

Figure (5): The samples in the desiccator.

The mass loss was identified as a percentage of the original mass. The ratio of solubility was measured as follows: 
\[
\frac{\text{IM-FM}}{\text{IM}} \times 100
\]
where IM is the initial mass and FM is the final mass of the sample \(^{(10)}\).

RESULTS

Setting time test

The mean of the net setting time (minutes) was showed in, Table (2).

Analysis of variance (ANOVA) test and Duncan’s Multiple Range Test for zinc oxide-guaiacol sealer before and after thymol crystals incorporation was listed in, Table (3). The result in general showed a significant difference between the (Zn-Gu) sealer before and after thymol powder incorporation. While there are no significant differences among all powder percentages incorporation (2%, 5%, and 10%). However, the thymol incorporation in different concentrations, not disturb the setting reaction of the main formula.
Table (2): Setting Time Descriptive Statistics.

| Materials       | N  | Minimum | Maximum | Mean    | Std. Deviation |
|-----------------|----|---------|---------|---------|---------------|
| ZN-GU sealer    | 3  | 52.07   | 55.64   | 53.5967 | 1.84023       |
| Thymol 2%       | 3  | 40.14   | 42.36   | 41.2933 | 1.11253       |
| Thymol 5%       | 3  | 40.58   | 41.31   | 40.9833 | .37099        |
| Thymol 10%      | 3  | 40.00   | 40.26   | 40.1233 | .13051        |

Table (3): Analysis of Variance (ANOVA) and Duncan’s Multiple Range Test for Setting Time of Tested Endodontic Sealers.

| Df   | Mean Square | F       | Materials      | Duncan Groups** |
|------|-------------|---------|----------------|-----------------|
|      | Between Groups |        | Zn-Gu sealer   | B               |
| 3    | 23.551      | 103.415** | Thymol 2%      | A               |
|      | Within Groups |        | Thymol 5%      | A               |
| 8    | 1.195       |         | Thymol 10%     | A               |
| 11   |             |         | Total          |                 |

** ***Different letters mean highly significant different at p≤0.01.

Water solubility test

The mean of the solubility value and standard deviation of the experimental endodontic sealer are presented in, Table (4).

Table (4): Solubility descriptive statistics.

| Materials       | N  | Minimum% | Maximum% | Mean%  | Std. Deviation |
|-----------------|----|----------|----------|--------|---------------|
| Zn-Gu sealer    | 10 | .735     | .883     | .794020| .081063       |
| Thymol 2%       | 10 | 1.040    | 1.183    | 1.09720| .078324       |
| Thymol 5%       | 10 | 1.499    | 1.951    | 1.86060| .202141       |
| Thymol 10%      | 10 | 2.678    | 3.268    | 2.94200| .217093       |

The mean values of solubility for the experimental sealer groups before and after thymol incorporation in studied percentages are still within the requirements of ANSI/ADA specifications No. 57 that demonstrating a solubility of less than 3%, except for some samples of 10% thymol incorporation. In general, the solubility increased as the thymol incorporation percentage increased, Figure (6).
Figure(6): The effect of thymol incorporation (2%, 5%, and 10%) in the solubility of zinc oxide-guaiacol endodontic sealer.

Analysis of variance (ANOVA) test and Duncan’s Multiple Range Test for zinc oxide-guaiacol sealer before and after thymol crystals incorporation are listed in Table (5). The results revealed that there are significant differences among all sealer groups at p≤0.01 and there is a statistically significant increase in solubility as the incorporation percentages of thymol powder increases.

Table (5): Analysis of Variance (ANOVA) and Duncan’s Multiple Range Test for Solubility of Tested Endodontic Sealers.

|               | Df | Mean Square | F     | Materials          | Duncan Groups** |
|---------------|----|-------------|-------|--------------------|-----------------|
| Between Groups| 3  | 4.582       | 182.025** | Zn-Gu sealer       | A               |
| Within Groups | 16 | .025        |        | Thymol 2%          | B               |
| Total         | 19 | .025        |        | Thymol 5%          | C               |
|               |    |             |        | Thymol 10%         | D               |

**Different letters mean highly significant different at p≤0.01.
DISCUSSION

Setting time

The perfect root canal sealer setting time should allow sufficient working time. While, a slow setting time can end in tissue irritation, with most endodontic root canal sealers generating a certain degree of toxicity till being totally set (11).

Setting time is the time essential for the endodontic sealer to accomplish its definitive actions. It rests on the ingredients, size of particles, ambient temperature, and proportional humidity. There is no specified standard setting time for endodontic sealers, but clinical benefit loads that it must be long enough to permit the application and modification of core root filling when required (12).

American National Standard Institution/ American Dental Association does not display particular time for materials that exceed 30 minutes in their setting times, so the only requirement is that the setting time should be assessed and stated by the manufacturer.

The setting time of zinc oxide-guaiacol sealer was 53.5967 minutes, after the addition of thymol powder in three different concentrations, the setting time was decreased but with no significant differences as the concentration of thymol crystals was increased, so the setting time of sealer with thymol of (2% was 41.2933 minutes), the setting time of sealer with thymol of (5% was 40.9833 minutes), and the setting time of sealer of (10% was 40.1233 minutes).

The challenge in the present study used thymol crystals not thyme oil as many of the previous studies of incorporation in dental materials, so cannot comparison of results with similar studies, which led to citing the effect of the addition of thymol in food industries or mentioning the effect of incorporation of thymol oil in other situations.

The integration of antimicrobials such as (QPEI, benzalkonium chloride, and iodoformium nanoparticles) into the endodontic root canal sealers presented a rise in setting time. On the other hand, another study also observed a decline in the setting time of the AH Plus incorporated with amoxicillin. Even with the decrease in time for the set, this time is sufficient for the conditions of clinical usage (8). The setting of root canal sealer happens due to the reaction between the two constituents of the material (powder with liquid or base paste with catalyst paste), therefore, the adding of particles that do not share in the reaction of set or polymerization may rise the setting time (13).

Water solubility

Solubility is the mass deprivation of material throughout an interval of immersion in water. According to ANSI/ADA Specification 57, the solubility of a root canal sealer should not exceed 3% by mass. An extremely soluble
root canal endodontic sealer would habitually allow the creation of gaps within and between the root dentin and the material, thereby given paths for leakage from the periapical tissues and the oral cavity.\(^{(11)}\)

According to the result of this study, zinc oxide-guaiacol sealer has solubility (0.73\%) which is conformed to ANSI/ADA specifications No. 57, with the integration of thymol crystals in three different concentrations, water solubility was increased as the concentration of thymol crystal was increased, so the result of water solubility of sealer with (2\% was 0.88\%), the result of water solubility of sealer with (5\% was 1.56\%), and the result of water solubility of sealer with (10\% was 2.94\%) although this increase, the solubility is conformed to ANSI/ADA Specifications No. 57. The water solubility is clearly based on the molecular weight as it declined; the solubility rise at nearly pH 7; Thymol theorizes with low molecular weight.\(^{(14)}\)

The result of the present study agreement with Nunez-Flores\(^{(15)}\) indicated that the incorporation of thymol especially at higher concentrations caused a significant increase \((P \leq 0.01)\) in solubility. The addition of thymol in vigorous fish gelatin films may obstruct polymer chain-to-chain interactions and decrease cross-linking and subsequently, raise the solubility of the films. Commonly, the actions of the additives on the solubility of films rest on the kind of compounds and concentrations and their hydrophilicity and hydrophobicity index.

According to Nostro\(^{(16)}\), thymol is as much hydrophilic as hydrophobic, which can support the diffusion of this compound. The low solubility of the cross-linked gelatin films; is raised slightly but not very large in the existence of thymol.\(^{(17)}\)

**CONCLUSION**

The setting time and water solubility of (2\%, 5\%, and 10\%) thymol incorporated zinc oxide-guaiacol root canal sealer fulfilled the requirement of ANSI/ADA specification No.57 for the root canal sealer materials.

**REFERENCES**

1. Johnson W, Kulid JC, Tay F. Obturation of the cleaned and shaped root canal system. In: Hargreaves, K.M., Berman, L.H. and Rostein, I. (eds). Cohen’s pathways of the pulp. 11\(^{th}\) Edn. St. Louis, MO, USA. Elsevier. (2016); 290.
2. AL – jubori SH, Alsalman TH, Taqa AA. Antimicrobial Activity of Newly Prepared Endodontic Biosealer on Enterococcus Faecalis - An in vitro study. IJERSTE. (2015); 4(4): 68-73.
3. Brezhnev A, Neelakantan P, Tanaka R, Brezhnev S, Fokas G, Matinlinna JP. Antibacterial additives in Epoxy Resin-based root canal sealers: A Focused Review. Dent. J. (2019); 7(72): 1-27.
4. Thosar NR, Chandak M, Bhat M, Basak S. Evaluation of antimicrobial activity of two endodontic sealers: Zinc oxide with thymol oil and Zinc oxide eugenol against root canal microorganisms-An in vitro study. *Int. J. Clin. Pediatr. Dent.* (2018); 11(2): 79-82.

5. American National Standard/ American Dental Association. Specification No. 57. Endodontic sealing materials. Modified adoption ISO6876:2000 dental root canal sealer materials. (2000) American National Standard/ American Dental Association, Chicago, IL, USA.

6. Al-jubori SH. (2018). An Evaluation of newly prepared endodontic bio sealer. Ph.D. Thesis. Mosul University, Dentistry College. Mosul, Iraq.

7. Zhou H, Shen Y, Zheng W, Li L, Zheng Y, Haapasalo M. Physical Properties of 5 Root Canal Sealers. *JOE.* (2013); 39(10): 1281-1286.

8. Teixeira ABV, Silva CCH, Alves OL, Reis AC. Endodontic Sealers Modified with Silver Vanadate: Antibacterial, Compositional, and Setting Time Evaluation. *BioMedResearchInternational.* (2019); 2019: 1-9.

9. Boyadzhieva E, Dimitrova S, Filipov I, Zagorchev p. Setting time and solubility of premixed bioceramic root canal sealer when applied with warm gutta percha obturation techniques. *JDMS.* (2017); 16(3):125-129.

10. Torres FFE, Tanomaru JMG, Martelo RB, Espir CG, Camilleri J, Filho MT. Solubility, porosity, dimensional and volumetric change of endodontic sealers. *Braz Dent J.* (2019); 30(4): 757-761.

11. AL-Haddad A, Ab aziz ZAC. Bioceramic-based root canal sealers: A review. *IJIBRE.* (2016); 110: 1-10.

12. Versiani MA, Abi Rached-Junior FJ, Kishen A, Pecora JD, Silva-Sousa YT, Sousa-Neto MD. Zinc Oxide Nanoparticles Enhance Physicochemical Characteristics of Grossman Sealer. *JEndod.* (2016); 8(23): 1–9.

13. Almeida L H S, Moraes RR, Morgental RD. Synthesis of silver-containing calcium aluminate particles and their effects on a MTA-based endodontic sealer. *Dental Materials.* (2018); 34 (8): 214–223.

14. Qin C, Li H, Xiao Q, Liu Y, Zhu J, Du Y. Water-solubility of chitosan and its antimicrobial activity. *Carbohydrate Polymers.* (2006); 63: 367–374.

15. Nunez-Flores R, Gomenez B, Fernandez-Martin F, Lopez-Cabalerro ME, Montero MP, Gomez-Guillen MC. Physical and functional characterization of active fish gelatin films incorporated with lignin. *Food Hydrocoll.* (2012); 30:163–72.
16. Nostro A, Blanco AR, Cannatelli MA. Susceptibility of methicillin-resistant staphylococci to oregano essential oil, carvacrol and thymol. FEMS Microbiology Letters. (2004); 230 (2): 191–195.

17. Ahmad M, Benjakul S, Prodpran T, Agustini TW. Physic-mechanical and antimicrobial properties of gelatin film from the skin of unicorn leatherjacket incorporated with essential oils. Food Hydrocoll. (2012); 28:189–199.